ANALYSIS OF BLACK BEARING BALLS FROM A SPACE SHUTTLE BODY FLAP ACTUATOR

Kenneth W. Street
NASA Glenn Research Center
MS 23-2
21000 Brookpark Road
Cleveland OH 44135

Marjorie F. Sovinski
NASA Goddard Space Flight Center
Code 541
Bldg 30, Rm 112
Greenbelt OH 20771

ABSTRACT

A significantly deteriorated ball bearing mechanism from a body flap actuator on Space Shuttle OV-103 was disassembled and the balls submitted for analysis in conjunction with Return to Flight activities. The OV-103 balls, referred to as the "black balls", were subjected to X-ray photoelectron spectroscopy (XPS), Fourier transform infrared (FT-IR) and Raman microspectroscopy, surface profilometry, and optical and electron microscopy. The spectroscopic results in combination with microscopy analysis allowed a determination of the lubricant degradation pathway. The chemical attack mechanism does not adequately explain the unique visual appearance of the black balls. Numerous efforts have unsuccessfully focused on duplication of the phenomena causing this unique surface structure and appearance of the black balls. Further detail will be presented supporting these conclusions along with plausible explanations of the unique black appearance to the balls.

RESULTS AND DISCUSSION

The as received balls (both black balls and used balls from a body flap actuator on OV-104) had been solvent cleaned with Fluoroclean TM cleaning solvent. No further details were provided on the Black Balls and the used balls. It is unfortunate that none of the extract was maintained for chemical analysis which might have indicated degradation of the lubricant itself. These bearings were previously lubricated with Braycote 601 which contains a perfluoropolyether (PFPE) base oil, Bray 815Z oil. New balls from stock were sonicated in clean Freon 113 for 3 minutes prior to taking measurements on them. Black balls were submitted for micro FT-IR and micro Raman analysis. Spectra were run on all balls at a minimum of three arbitrary locations. All IR spectra clearly showed no lubricant which is consistent with the solvent cleaning applied to the balls prior to submission for analysis. The IR did show weak indications of a thin layer of "End Stage Lubricant" in all
spectra. The balls were then subjected to Raman analysis which is more definitive for the detection of amorphous graphitic signatures characteristic of end stage degradation. All Raman spectra of the black and used balls showed the characteristic D and G peaks associated with disordered graphitic material. None of the spectra showed any unusual bands. In itself, the appearance of amorphous carbon is not unusual and is the result of normal usage of the lubricant during bearing operation.  

Data from the XPS analysis indicated iron fluoride and iron oxides on the black ball (Fig. 1). The color of iron fluoride is dependent on the oxidation state and state of hydration and ranges from white to yellow to green. Metal fluorides and in particular iron fluoride has been shown to catalyze the decomposition of PFPE lubricants. The amount of iron fluoride is key to telling if metal fluoride catalyzed PFPE decomposition was the primary cause of grease degradation. Under the specimen storage and shipping conditions it is likely that the iron fluoride hydrolyzed into iron oxides and hydrofluoric acid (HF). Some iron oxides and mixed hydroxy-oxides are typically black.  

Photomicrographs indicated significant pitting of the balls as compared to what would be typically seen on a new ball. This was apparent in pictures taken from both optical and electron microscopes (Fig 2). The distinct appearance of grain boundary deterioration (the grainy appearance of the surface in the photomicrographs) may have led to the pitting. The blackened appearance of the black balls is probably from a combination of effects. First, some iron oxides are black. Iron fluoride can hydrolyze to produce iron oxides or hydroxy-oxides and HF which would be lost. Second, the pitting of the balls allows light to become effectively trapped in the pits and lost thus resulting in a blackened appearance.  

Surface profilometry was performed on the Zygo optical surface profilometer and the data corrected for spherical curvature. It is apparent from the comparison of the three specimens that the black balls have seen significantly more deterioration than the used balls. Chemical pitting is seen evenly distributed over the surface of these balls. The used balls themselves are far from the high grade finish of a pristine ball; however, they still exhibit the appearance of a silvered mirror.  

ACKNOWLEDGMENTS  
The authors gratefully acknowledge support form Duane Dixon, and John Lucero for their assistance with electron microscopy and surface topography respectively. John Canham is acknowledged for his assistance with the interpretation of the XPS spectra and to William R. Jones for his helpful discussions.  

REFERENCES  